Low-temperature antiferromagnetic ordering in the heavy-fermion metal YbPd

Y. Tokiwa, S. Grünheit, H.S. Jeevan, C. Stingl, and P. Gegenwart
I. Physik. Institut, Georg-August-Universität Göttingen, D-37077 Göttingen, Germany
E-mail: ytokiwa@gwdg.de

Abstract. We investigate the low-temperature properties of YbPd by specific heat and thermal expansion measurements down to 0.1K. This material crystallizes in a cubic CsCl-structure and four phase transitions at 125, 105, 1.9 and 0.5K have been reported previously. The two transitions at higher temperature were suspected to be of structural origin, whereas the two low-T transitions are magnetic, confirmed by susceptibility measurements and Mössbauer spectroscopy. Our low temperature specific heat and thermal expansion data prove antiferromagnetic ordering at \( T_N = 1.9 \)K and an additional first-order antiferromagnetic transition at 0.6K. The entropy reaches approximately half of \( R \ln 2 \) at 5K, confirming a doublet ground state. The enhanced value of the Sommerfeld coefficient at 0.1K suggests a classification of YbPd as a magnetically ordered heavy-fermion metal.

Polycrystalline samples were prepared by melting the high-purity elements with 3% excess of Yb in closed Ta-crucibles. The formation of a single phase was confirmed by X-ray
Figure 1. Specific heat divided by temperature, \( C/T \), of YbPd as a function of temperature at different magnetic fields. Inset: magnetic entropy at zero-field.

diffraction measurements. Electrical resistivity and specific heat measurements above 4.2 K are in close agreement to Ref. [1] and reproduce the phase transitions at 130 and 110 K. The low-temperature specific heat and the thermal expansion have been determined in a dilution refrigerator by utilizing the quasidiabatic heat pulse technique and an ultrahigh resolution capacitive dilatometer, respectively.

Figure 1 shows the specific heat of YbPd at low temperatures in different fields. The zero-field data exhibit two anomalies at 1.9 and 0.6 K, in agreement with the reported studies. The one at 1.9 K has a lambda-like shape, while the other one at 0.6 K shows a sharp and more symmetric anomaly, indicative of a first order transition. Magnetic field shifts the transition temperature of 1.9 K to lower temperatures, indicating antiferromagnetic order. The anomaly at 0.6 K is rapidly suppressed by magnetic field, however, the transition temperature stays constant. Notably, the residual \( C/T \) as \( T \rightarrow 0 \) K is enhanced, around 0.22 J/mol·K², which classifies YbPd as heavy fermion system. From the zero-field \( C(T)/T \) data, we determined the magnetic entropy shown in the inset. Above the transition at 1.9 K it tends to saturate and reaches half of \( R \ln 2 \) at 5 K. This result can be understood by assuming one half of the Yb sites being in a nonmagnetic configuration. The other half contributes as heavy fermion antiferromagnet with a doublet ground state and Kondo interaction reducing the entropy below 0.5\( R \ln 2 \) at 1.9 K.

Next, we discuss the linear thermal expansion, \( \Delta L/L \), of our YbPd polycrystals. \( \Delta L/L \) is negative in the entire measured temperature range up to 4 K, indicating the sample shrinking with increasing temperature. Such behavior is expected for Yb-based heavy-fermion systems and results from the negative pressure dependence of the Kondo temperature. At 1.9 K, it changes its slope, corresponding to a smeared step in thermal expansion coefficient \( \alpha(T) \). \( \Delta L/L \) shows a step for the transition at 0.6 K. The hysteresis between heating and cooling is due to the first
order nature of the transition.

In conclusion, we have studied the low temperature phases with transitions at 1.9 and 0.6 K in YbPd by measuring specific heat and thermal expansion. The obtained magnetic entropy at 1.9 K is smaller than one half of $R \ln 2$. This confirms a doublet crystal electric field ground state, excluding the possibility of a $\Gamma_8$ quartet, proposed in Ref. [4], and also supports the interpretation of the Mössbauer spectroscopy experiments that only half of the Yb sites is in a magnetic configuration [2]. We observed a large residual Sommerfeld coefficient as $T \to 0$, indicating heavy fermion behavior. Within the picture of a 1:1 fraction of magnetic and non-magnetic Yb ions, our results suggest that the magnetic ones form a heavy fermion antiferromagnet. The magnetic transitions have also been confirmed by thermal expansion.

We thank C. Geibel for valuable conversations and acknowledge financial support by the German science foundation DFG through research unit 960 "Quantum phase transitions".

[1] Pott R, Boksch W, Leson G, Politt B, Schmidt H, Freimuth A, Keulerz K, Langen J, Neumann G, Oster F, Röhler J, Walter U, Weidner P, and Wohlleben D 1985 Phys. Rev. Lett. 54 481
[2] Bonville P, Hammann J, Hodges J A, Imbert P, and Jéhanno G J 1986 Phys. Rev. Lett. 57 2733
[3] Ochiai A, Suzuki T, Kasuya T 1990 J. Phys. Soc. Jpn. 59 4129
[4] Walter U and Wohlleben D 1987 Phys. Rev. B 35 3576

Figure 2. Thermal expansion of YbPd at zero-field. Red and black curves are for heating and cooling the sample. Inset: thermal expansion coefficient of YbPd.